REPORT DOCUMENTATION PAGE

The public reporting burden for this collection of information is estimated to average 1 hour per response, including the time for reviewing instructions, searching existing data sources, gathering and maintaining the data needed, and completing and reviewing the collection of information. Send comments regarding this burden estimate or any other aspect of this collection of information, including suggestions for reducing the burden, to Department of Defense, Washington Headquarters Services, Directorate for Information Operations and Reports (0704-0188), 1215 Jefferson Davis Highway, Suite 1204, Arlington, VA 22202-4302. Respondents should be aware that notwithstanding any other provision of law, no person shall be subject to any penalty for failing to comply with a collection of information if it does not display a currently valid OMB control number. PLEASE DO NOT RETURN YOUR FORM TO THE ABOVE ADDRESS.

1. REPORT DATE (DD-MM-YYYY)  27-02-2012
2. REPORT TYPE  Performance/Technical Report (Monthly)
3. DATES COVERED (From - To)  12/30/2011 - 1/24/2012

4. TITLE AND SUBTITLE
Polyfibroblast: A Self-Healing and Galvanic Protection Additive

5a. CONTRACT NUMBER
5b. GRANT NUMBER
N00014-09-1-0383
5c. PROGRAM ELEMENT NUMBER
5d. PROJECT NUMBER
5e. TASK NUMBER
FGY25
5f. WORK UNIT NUMBER

6. AUTHOR(S)
Benkoski, Jason J.

7. PERFORMING ORGANIZATION NAME(S) AND ADDRESS(ES)
The Johns Hopkins University Applied Physics Laboratory
11100 Johns Hopkins Rd
Laurel, MD 20723

8. PERFORMING ORGANIZATION REPORT NUMBER

9. SPONSORING/MONITORING AGENCY NAME(S) AND ADDRESS(ES)
Office of Naval Research
875 North Randolph Street
Arlington, VA 22203-1995
10. SPONSOR/MONITOR'S ACRONYM(S)
ONR
11. SPONSOR/MONITOR'S REPORT NUMBER(S)

12. DISTRIBUTION/AVAILABILITY STATEMENT
Approved for Public Release: distribution is Unlimited.

13. SUPPLEMENTARY NOTES

14. ABSTRACT
The goal of this project is to develop a primer additive that mimics the self-healing ability of skin by forming a polymer scar across scratches. Designed to work with existing military grade primers, Polyfibroblast consists of microscopic, hollow zinc tubes filled with a moisture-cured polyurethane-urea (MCPU). When scratched, the foaming action of a propellant ejects the resin from the broken tubes and completely fills the crack. No catalysts or curing agents are needed since the polymerization is driven by ambient humidity.

15. SUBJECT TERMS
corrosion protection, self-healing, coatings, polymers

16. SECURITY CLASSIFICATION OF:
a. REPORT U
b. ABSTRACT U
c. THIS PAGE U

17. LIMITATION OF ABSTRACT UU
18. NUMBER OF PAGES 6
19a. NAME OF RESPONSIBLE PERSON
Jason J Benkoski
19b. TELEPHONE NUMBER (include area code) 240-228-5140

Standard Form 298 (Rev. 8/98)
Prescribed by ANSI Std. Z39.18
INSTRUCTIONS FOR COMPLETING SF 298

1. REPORT DATE. Full publication date, including day, month, if available. Must cite at least the year and be Year 2000 compliant, e.g. 30-06-1998; xx-06-1998; xx-xx-1998.

2. REPORT TYPE. State the type of report, such as final, technical, interim, memorandum, master’s thesis, progress, quarterly, research, special, group study, etc.

3. DATES COVERED. Indicate the time during which the work was performed and the report was written, e.g., Jun 1997 - Jun 1998; 1-10 Jun 1996; May - Nov 1998; Nov 1998.

4. TITLE. Enter title and subtitle with volume number and part number, if applicable. On classified documents, enter the title classification in parentheses.

5a. CONTRACT NUMBER. Enter all contract numbers as they appear in the report, e.g. F33615-86-C-5169.

5b. GRANT NUMBER. Enter all grant numbers as they appear in the report, e.g. AFOSR-82-1234.

5c. PROGRAM ELEMENT NUMBER. Enter all program element numbers as they appear in the report, e.g. 61101A.

5d. PROJECT NUMBER. Enter all project numbers as they appear in the report, e.g. 1F665702D1257; ILIR.

5e. TASK NUMBER. Enter all task numbers as they appear in the report, e.g. 05; RF0330201; T4112.

5f. WORK UNIT NUMBER. Enter all work unit numbers as they appear in the report, e.g. 001; AFAPL30480105.

6. AUTHOR(S). Enter name(s) of person(s) responsible for writing the report, performing the research, or credited with the content of the report. The form of entry is the last name, first name, middle initial, and additional qualifiers separated by commas, e.g. Smith, Richard, J, Jr.

7. PERFORMING ORGANIZATION NAME(S) AND ADDRESS(ES). Self-explanatory.

8. PERFORMING ORGANIZATION REPORT NUMBER. Enter all unique alphanumeric report numbers assigned by the performing organization, e.g. BRL-1234; AFWL-TR-85-4017-Vol-21-PT-2.

9. SPONSORING/MONITORING AGENCY NAME(S) AND ADDRESS(ES). Enter the name and address of the organization(s) financially responsible for and monitoring the work.

10. SPONSOR/MONITOR’S ACRONYM(S). Enter, if available, e.g. BRL, ARDEC, NADC.

11. SPONSOR/MONITOR’S REPORT NUMBER(S). Enter report number as assigned by the sponsoring/monitoring agency, if available, e.g. BRL-TR-829; -215.

12. DISTRIBUTION/AVAILABILITY STATEMENT. Use agency-mandated availability statements to indicate the public availability or distribution limitations of the report. If additional limitations/ restrictions or special markings are indicated, follow agency authorization procedures, e.g. RD/FRD, PROPIN, ITAR, etc. Include copyright information.

13. SUPPLEMENTARY NOTES. Enter information not included elsewhere such as: prepared in cooperation with; translation of; report supersedes; old edition number, etc.

14. ABSTRACT. A brief (approximately 200 words) factual summary of the most significant information.

15. SUBJECT TERMS. Key words or phrases identifying major concepts in the report.

16. SECURITY CLASSIFICATION. Enter security classification in accordance with security classification regulations, e.g. U, C, S, etc. If this form contains classified information, stamp classification level on the top and bottom of this page.

17. LIMITATION OF ABSTRACT. This block must be completed to assign a distribution limitation to the abstract. Enter UU (Unclassified Unlimited) or SAR (Same as Report). An entry in this block is necessary if the abstract is to be limited.
POLYFIBROBLAST: A SELF-HEALING AND GALVANIC PROTECTION ADDITIVE

Progress Report #3

Prepared for:

Cody M. Reese
Logistics S&T Thrust Manager
Office of Naval Research
Code 30, Room 1149
875 North Randolph Street
Arlington, VA 22203-1995

Prepared by:

Jason J. Benkoski, Ph.D., Senior Research Scientist
The Johns Hopkins University Applied Physics Laboratory
The Milton S. Eisenhower Research Center
11100 Johns Hopkins Rd, MS 9-110
Laurel, MD 20723
Tel. (240) 228-5140

Reporting Period: January 24, 2012 through February 24, 2012
Date of Report: February 27, 2012
TABLE OF CONTENTS

1 SUMMARY .................................................. 3

2 PROJECT GOALS AND OBJECTIVES ................. 3

3 KEY ACCOMPLISHMENTS ................................ 3

3.1 ANTI-CAKING AGENT .................................. 3

3.2 REACTION RATE AND CURING TIME .............. 3

3.3 SHELF LIFE WITHOUT METAL SHELL ............. 5

4 NEXT STEPS ................................................. 6

4.1 PERFORMANCE OPTIMIZATION ..................... 6
1 Summary

We successfully identified an effective anti-caking agent that will allow our microcapsules to be air dried without causing adhesion problems in the primer. We also identified new requirements for producing microcapsules with good shelf life (> 6 months) in the absence of a protective metal shell.

2 Project Goals and Objectives

APL is ramping up activity to meet our first set project milestones in five months. The first set of milestones is to choose the best performing silane additive, the optimum silane concentration, and the optimum microcapsule/zinc powder ratio in the primer. We have ramped up our activity at APL and are currently waiting to have our subgrant in place with PPG.

3 Key Accomplishments

3.1 Anti-Caking Agent

Last month we discovered that nonionic surfactants could prevent irreversible caking of microcapsules during filtration, but that the leftover residue caused adhesion problems. The adhesion effects were not large when the microcapsules were used at small loading (<10%), but the potential for long-term water-assisted delamination was enough to raise alarm.

Turning to the food industry, a common anti-caking agent is silica powder. Also used to improve polymer strength and durability, silica would actually enhance the mechanical properties of the primer, and it would not be expected to affect adhesion. Numerous experiments have shown that silica powder not only prevents the powders from caking when they air dry, but it also generally improves filtration.

3.2 Reaction Rate and Curing Time

Since making the move to include zinc powder for galvanic protection, the need for the Ni:Zn microcapsule shell has come into question. Eliminating the Ni:Zn shell greatly reduces the cost and complexity of producing the microcapsules. However, the metal shell still provided two important functions: (1) improved mechanical durability and (2) a hermetic seal for better shelf life.

These two functions must be addressed in order to successfully transition to an all polymer shell. Such a transition would likely require a thicker shell, a shell with improved mechanical properties, or possibly a composite shell including some form of filler. Last month’s experiments showed that some formulation changes were able to improve the speed of the reaction, but not without generally compromising the mechanical strength of the shells. Heating the existing recipe at 35°C for two hours provided the best balance of speed and performance.
Continued experiments have reinforced the prevailing view that the existing microcapsule recipe is difficult to improve upon. Recipes with faster reaction rates resulted in microcapsules that were not even suitable for vacuum filtration. Some small changes have provided clear benefits, however. For higher concentrations of octadecyltrimethoxysilane, polyphenylene isocyanate must be replaced with poly(hexamethylenediisocyanate) to improve solubility. One or the other must be included with isophorone diisocyanate to form tougher polymer shells. Silica nanopowder has also been added to improve filtration. We are currently investigating whether this material also incorporates into the polymer shell to create a harder material with improved barrier properties.

<table>
<thead>
<tr>
<th>Date/Run</th>
<th>OTS</th>
<th>MMTMS</th>
<th>DDA/PHIK</th>
<th>DDA/PHIK-1</th>
<th>PEI</th>
<th>ED</th>
<th>HS</th>
<th>PDI</th>
<th>Sample</th>
<th>XWS</th>
<th>XH</th>
<th>XA</th>
<th>Bn</th>
<th>M</th>
<th>X</th>
<th>Y</th>
<th>Z</th>
</tr>
</thead>
<tbody>
<tr>
<td>1/12/12</td>
<td>50</td>
<td>45</td>
<td>10</td>
<td>5</td>
<td>5</td>
<td>5</td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
</tr>
<tr>
<td>1/22/12</td>
<td>50</td>
<td>45</td>
<td>6*</td>
<td>5</td>
<td>5</td>
<td>5</td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
</tr>
<tr>
<td>1/22/12</td>
<td>50</td>
<td>40</td>
<td>10</td>
<td></td>
<td>5</td>
<td>5</td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
</tr>
<tr>
<td>1/22/12</td>
<td>45</td>
<td>50</td>
<td>5</td>
<td></td>
<td>5</td>
<td>5</td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
</tr>
<tr>
<td>1/22/12</td>
<td>45</td>
<td>50</td>
<td>5</td>
<td></td>
<td>5</td>
<td>5</td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
</tr>
<tr>
<td>1/22/12</td>
<td>50</td>
<td>45</td>
<td>5*</td>
<td></td>
<td>5</td>
<td>5</td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
</tr>
<tr>
<td>1/22/12</td>
<td>50</td>
<td>40</td>
<td>10</td>
<td></td>
<td>5</td>
<td>5</td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
</tr>
<tr>
<td>1/22/12</td>
<td>45</td>
<td>50</td>
<td>5</td>
<td></td>
<td>5</td>
<td>5</td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
</tr>
<tr>
<td>1/22/12</td>
<td>45</td>
<td>50</td>
<td>5</td>
<td></td>
<td>5</td>
<td>5</td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
</tr>
<tr>
<td>1/22/12</td>
<td>50</td>
<td>45</td>
<td>5*</td>
<td></td>
<td>5</td>
<td>5</td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
</tr>
<tr>
<td>1/22/12</td>
<td>50</td>
<td>40</td>
<td>10</td>
<td></td>
<td>5</td>
<td>5</td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
</tr>
<tr>
<td>1/22/12</td>
<td>45</td>
<td>50</td>
<td>5</td>
<td></td>
<td>5</td>
<td>5</td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
</tr>
<tr>
<td>1/22/12</td>
<td>45</td>
<td>50</td>
<td>5</td>
<td></td>
<td>5</td>
<td>5</td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
</tr>
<tr>
<td>1/22/12</td>
<td>50</td>
<td>45</td>
<td>5*</td>
<td></td>
<td>5</td>
<td>5</td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
</tr>
<tr>
<td>1/22/12</td>
<td>50</td>
<td>40</td>
<td>10</td>
<td></td>
<td>5</td>
<td>5</td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
</tr>
<tr>
<td>1/22/12</td>
<td>45</td>
<td>50</td>
<td>5</td>
<td></td>
<td>5</td>
<td>5</td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
</tr>
<tr>
<td>1/22/12</td>
<td>45</td>
<td>50</td>
<td>5</td>
<td></td>
<td>5</td>
<td>5</td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
</tr>
<tr>
<td>1/22/12</td>
<td>50</td>
<td>45</td>
<td>5*</td>
<td></td>
<td>5</td>
<td>5</td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
</tr>
<tr>
<td>1/22/12</td>
<td>50</td>
<td>40</td>
<td>10</td>
<td></td>
<td>5</td>
<td>5</td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
</tr>
<tr>
<td>1/22/12</td>
<td>45</td>
<td>50</td>
<td>5</td>
<td></td>
<td>5</td>
<td>5</td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
</tr>
<tr>
<td>1/22/12</td>
<td>45</td>
<td>50</td>
<td>5</td>
<td></td>
<td>5</td>
<td>5</td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
</tr>
<tr>
<td>1/22/12</td>
<td>50</td>
<td>45</td>
<td>5*</td>
<td></td>
<td>5</td>
<td>5</td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
</tr>
<tr>
<td>1/22/12</td>
<td>50</td>
<td>40</td>
<td>10</td>
<td></td>
<td>5</td>
<td>5</td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
</tr>
<tr>
<td>1/22/12</td>
<td>45</td>
<td>50</td>
<td>5</td>
<td></td>
<td>5</td>
<td>5</td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
</tr>
<tr>
<td>1/22/12</td>
<td>45</td>
<td>50</td>
<td>5</td>
<td></td>
<td>5</td>
<td>5</td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
<td></td>
</tr>
</tbody>
</table>

**Table 1: List of experiments tried to improve the reaction speed for microcapsule formation.**

Given that we do not expect great improvements in reaction speed, we next set out to determine the minimum reaction time for obtaining microcapsules that can survive filtration. Figure 1 shows that the minimum time is approximately 5 days. The sample on the left is a dense cake cured for 2 days, and the sample on the right is from the same batch but allowed to cure for 6 days. Note how the 6-day batch is already breaking up before any agitation. The 2-day batch is typical for weaker microcapsules, which rupture solely under the pressure of filtration. From past experience, microcapsules that survive filtration also survive spray painting.
3.3 Shelf Life without Metal Shell

Since the hermetic seal was one of the primary functions of the metal shell, it will be important to assess the impact of removing the shell on shelf life. To this end, we investigated polymer microcapsules using thermogravimetric analysis (TGA). We compared two samples made in July and August of last year with a newer sample made in December (Figure 2). The two older samples had 35% solids and 47% solids, respectively. The latter microcapsule had been heat treated to 40°C, which caused unwanted internal polymerization. This internal polymerization (free floating polymer) means that not all of the 47% polymer can be attributed to the outer shell. The August microcapsule was synthesized at room temperature and is more representative of the high performing microcapsules.

The newer sample from December was also synthesized at room temperature. It also contained 35% polymer. 35% polymer appears to be the minimum requirement for generating strong microcapsules that survive filtration. Note that 35% is higher than the previously recommended 20% that was used when plating with metal. The added bulk appears to be necessary for filtration, and it probably assists in shelf life. Although we have no data from the August batch when it was originally made, it is encouraging that it retained the same liquid fraction as the newer batch from December.
Figure 2: Thermogravimetric analysis of polymer microcapsules synthesized in July (red), August (blue), and December (green). The higher solids content for the July sample is attributable to the elevated temperature at which it was originally synthesized. The 35% solids from the other two samples is more indicative of the polymer shell thickness needed to form durable microcapsules with good shelf life in the absence of a metal shell.

4 Next Steps

4.1 Performance Optimization

The recent improvements in microcapsule processing will be meaningless unless they are matched by equally large improvements in corrosion protection. APL will therefore shift its strategy to focus solely on optimizing the corrosion protection of the primer through its self-healing capability.

We will apply the lessons from the last two months to our new processing protocol, and it will remain fixed. We are currently synthesizing microcapsules with different combinations of silane and silane concentration to be used in test panels for corrosion testing next month.